Double Dirac Nodal Line Semimetal with Torus Surface State

Xiao-Ping Li,1 Botao Fu,2 Da-Shuai Ma,1 Chaoxi Cui,1 Zhi-Ming Yu,1,∗ and Yugui Yao1,†

1Key Lab of Advanced Optoelectronic Quantum Architecture and Measurement (MOE), Beijing Key Lab of Nanophotonics & Ultrafine Optoelectronic Systems, School of Physics, Beijing Institute of Technology, Beijing 100081, China
2College of Physics and Electronic Engineering, Center for Computational Sciences, Sichuan Normal University, Chengdu, 610068, China

We propose a class of nodal line semimetals that host an eight-fold degenerate double Dirac nodal line (DDNL) with negligible spin-orbit coupling. We find only 5 of the 230 space groups host the DDNL. The DDNL can be considered as a combination of two Dirac nodal lines, and has a trivial Berry phase. This leads to two possible but completely different surface states, namely, a torus surface state covering the whole surface Brillouin zone and no surface state at all. Based on first-principles calculations, we predict that the hydrogen storage material LiBH is an ideal DDNL semimetal, where the line resides at Fermi level, is relatively flat in energy, and exhibits a large linear energy range. Interestingly, both the two novel surface states of DDNL can be realized in LiBH. Further, we predict that with a magnetic field parallel to DDNL, the Landau levels of DDNL are doubly degenerate due to Kramers-like degeneracy and have a doubly degenerate zero-mode.

Introduction. The past decade has witnessed a tremendous advance in the understanding of topological band theory, for which one of the most representative and experimentally relevant realization may be topological semimetals, where novel quasi-particles, such as Weyl and Dirac fermion, appear as low-energy excitations around nontrivial crossings formed by conduction and valence bands [1–4]. Various fascinating phenomena associated with topological semimetals are predicted, such as topologically protected surface states [4, 5], unusual optical and magnetic responses [6–9], density fluctuation plasmons [10, 11], and quantized circulation of anomalous shift [12].

In three-dimensions, the band crossing, in addition to zero-dimensional (0D) nodal points [13–19], also can be 1D nodal line (NL) [20–24] or even 2D nodal surface [25–28], protected by corresponding space group (SG) symmetries. The current study of nodal line semimetals mainly focus on the case that the line is generated by band inversion, topologically protected by π Berry phase and characterized by drumhead-like surface state. Various topological nodal line semimetals belonging to this paradigm are predicted, and some of them have been experimentally confirmed [29–38]. With multiple symmetries, the nodal line can take many different forms in Brillouin zone (BZ), such as higher-order nodal line, nodal chain, crossed nodal line, nodal box and Hopf-link loop [39–51].

In this work, we theoretically propose another possibility of the nodal line, namely, double Dirac nodal line (DDNL) in 3D systems with negligible spin-orbit coupling (SOC) effect (such as the materials with atoms of carbon or even lighter than carbon). This nodal line is four-fold degenerate (eight-fold degenerate if including spin degree of freedom) and resides at certain high-symmetry line in BZ. For each 2D plane transverse to DDNL (setting as kx–ky plane), the band crossing on the line can be considered as a sum of two Dirac point and its effective Hamiltonian may be written as

$$\mathcal{H} = \begin{bmatrix} h_D & h' \\ h'^\dagger & h_D \end{bmatrix},$$

where each entry is a 2 × 2 submatrix and

$$h_D = v_x k_x \sigma_x + v_y k_y \sigma_y,$$

with $\sigma_i$ ($i = x, y, z$) the Pauli matrix, and $v_x(y)$ the Fermi velocity in x(y) direction. The two diagonal blocks ($h_D$) describe two 2D Dirac points with same topological charge (Berry phase) of π in the kx–ky plane, and the off-diagonal term h’ denotes the coupling between the two Dirac points. While Dirac nodal line has been well studied in previous works [21, 31], the DDNL has not yet been proposed.

Generally, the electron bands in the systems without SOC effect is not degenerate. Hence, the DDNL is rather rare and requires strict symmetries for its realization. Indeed, by an exhaustive searching over 230 SGs [52], we

<table>
<thead>
<tr>
<th>SG No.</th>
<th>BZ</th>
<th>Location</th>
</tr>
</thead>
<tbody>
<tr>
<td>57</td>
<td>Γo</td>
<td>RT: {α, (\frac{1}{2}, \frac{1}{2})}</td>
</tr>
<tr>
<td>60</td>
<td>Γo</td>
<td>RU: ({\frac{1}{2}, \alpha, \frac{1}{2}})</td>
</tr>
<tr>
<td>61</td>
<td>Γo</td>
<td>RT: ({α, \frac{1}{2}, \frac{1}{2}}), RU: ({\frac{1}{2}, α, \frac{1}{2}}), RS: ({\frac{1}{2}, \frac{1}{2}, α})</td>
</tr>
<tr>
<td>62</td>
<td>Γo</td>
<td>RS: ({\frac{1}{2}, \frac{1}{2}, α})</td>
</tr>
<tr>
<td>205</td>
<td>Γc</td>
<td>RM: ({\frac{1}{2}, \frac{1}{2}, α})</td>
</tr>
</tbody>
</table>

* zhiming.yu@bit.edu.cn
† ygyao@bit.edu.cn
find that only 5 SGs can exhibit the DDNL, which resides along the high-symmetry line located at the boundary of BZ. The five SGs and the location of DDNL in BZ are given in Table. 1. Particularly, for all the five SGs, the DDNL is the only possible degeneracy at the corresponding high-symmetry line(s), indicating that the number of the electronic bands of materials belonging to these SGs must be a multiple of 8 (including spin degree of freedom). Hence, for the material belonging to these SGs and having $8n + 4$ (with $n$ an integer) electrons, it must be a DDNL semimetal enforced by the filling.

The DDNL is topologically distinct from the usual Dirac nodal line (with $\pi$ Berry phase) in that its Berry phase is $2\pi$, as it can be considered as a combination of two Dirac nodal lines. Since the Berry phase is defined mod of $2\pi$, it is trivial for DDNL. As a consequence, the DDNL features two distinct states at the boundary of system, as schematically shown in Fig. 1(c–d), which both are completely different from the drumhead-like surface state in usual NL [see Fig. 1(a–b)]. One is the novel surface state spanning over the whole BZ [see Fig. 1(c)]. Since the 2D surface BZ is a torus, such novel surface state then is termed as torus surface state [39, 54]. The other case is that no surface state appears on the surface, even though there exists an NL (e.g., DDNL) in bulk [see Fig. 1(d)]. These two cases are topologically allowed and consistent with the trivial Berry phase of DDNL. Moreover, we predict that by applying a magnetic field parallel to the line, the Landau levels of DDNL are doubly degenerate due to Kramers-like degeneracy and have a doubly degenerate zero-mode, which shall suggest pronounced signature in magneto-transport.

We demonstrate our ideas by the first-principles calculations and model analysis of a concrete material. We find the hydrogen storage material LiBH is an ideal DDNL semimetal candidate, where the DDNL resides at Fermi level, is relatively flat in energy, and exhibits a large linear energy range. Interestingly, both torus surface state and no surface state simultaneously appear in LiBH material. More importantly, we calculate the LL spectrum of a lattice model based on LiBH and find the doubly degenerate zero-mode LL can be clearly observed. These results indicate that the novel properties of DDNL predicted here should be experimentally detected in LiBH. Thus, our work not only predicts a new semimetal phase, but also shows an ideal material platform for exploring interesting fundamental physics connected to it.

**Crystalline structure and electronic bands.** We motivate our investigation by considering the hydrogen storage material LiBH [55]. This material has an orthorhombic structure with SG Pnma (No. 62), which is one candidate in Table I. The primitive cell of LiBH contains in total 12 atoms with Li, B and H residing at the 4c Wyckoff positions, as shown in Fig. 2(a). Since all the three atoms: Li, B and H are lighter than carbon, the SOC effect in LiBH is negligibly small, and we virtually obtain a spinless system. This is a precondition for realizing DDNL, as the DDNL is not robust against SOC [52]. Moreover, the electron number of LiBH is 20 (= 2×8+4). Therefore, the LiBH material is a filling-enforced DDNL semimetal with the line appearing around Fermi level. The lattice constants obtained from our first-principles calculations are $a = 6.2$ Å, $b = 3.0$ Å and $c = 6.3$ Å [56], consistent with previous result [55]. The symmetry operators of SG 62 are generated by two screw rotations $C_{2z} = \{0_y|0_x, 0\}$ and $C_{2y} = \{0_x|0_y, 0\}$, and a spatial inversion $P$. The material also has time-reversal symmetry $T$ with $T^2 = 1$, corresponding to the negligible SOC effect in LiBH.

The calculated electronic band structure of LiBH without SOC is presented in Fig. 3(a). It is clearly shown that this material is a DDNL semimetal with the line appearing at RS path, consistent with symmetry analysis (see Table I). A remarkable feature of the electronic bands of LiBH is that its low-energy spectra is roughly symmetric about Fermi level, indicating that LiBH has an approximate chiral symmetry [57]. From Fig. 3(a), one observes that there exist two band crossings almost cutting the Fermi level. We first consider the linear crossing (labelled as A) on GY path. Due to the presence of $\bar{M}_z = \bar{C}_{2z}P$ and $PT$ symmetry, point A can not appear...
in isolation but reside on a NL in the \( k_z = 0 \) plane [see Fig. 3(b)]. As discussed in Ref. [58], this NL is formed by the neck crossing-point of the hourglass-like dispersion [see Fig. 3(d)] and then is termed as hourglass NL. The hourglass NL can move in the \( k_z = 0 \) plane but is unremovable as its two endpoints are pinned at \( S \) point.

The second and also the most striking feature of LiBH is the four-fold (eight-fold if including spin) degenerate crossing along RS path, giving rise to a DDNL at Fermi level. The DDNL is rather flat with an energy variation of 20 meV, due to the approximate chiral symmetry, and exhibits highly dispersive bands in the plane normal to the line, as shown in Fig. 3(a) and 3(c). Therefore, LiBH provides an ideal material platform to explore the novel physics associated with DDNL and hourglass NL in experiments. Although the properties of hourglass NL are similar to usual NL [41, 46], the DDNL would feature novel phenomena distinguished from usual NL, due to a trivial Berry phase and completely different low-energy spectrum. Hence, in the following we mainly focus on the investigation of the interesting properties of DDNL.

**DDNL and effective Hamiltonian.** Since the LiBH material exhibits three orthogonal two-fold screw rotation axes, the electronic bands at all the three boundary planes \( (k_{x,y,z} = \pi \text{ plane}) \) are at least doubly degenerate and the whole bulk BZ is covered by nodal surfaces [27, 59], as shown in Fig. 3(a). The DDNL sits at the hinge between \( k_x = \pi \) and \( k_y = \pi \) planes, e.g. the high-symmetry path RS, and then is formed by the crossing of two nodal surfaces. For a generic point \( D \) on RS, its symmetry operators can be generated by \( \tilde{C}_{2z}, \tilde{M}_y = \{ \tilde{M}_y | 0 \downarrow 0 \} \) and a combined operator \( \mathcal{A} = \tilde{C}_{2z} \tilde{T} \).

The algebra satisfied by the three generators at \( D \) point is equivalent to that of the three generators at \( S \) point, as both \( D \) and \( S \) are interior points of RS line [52]. Then, for concise we consider the algebra of the three generators at \( S \) point to explain the appearance of DDNL, which can be written as \( \tilde{M}^2_2 = \mathcal{M}^2_y = 1, \mathcal{A}^2 = -1 \) and

\[
\tilde{M}_y \tilde{C}_{2z} = -\tilde{C}_{2z} \tilde{M}_y, \quad \tilde{C}_{2z} \mathcal{A} = \mathcal{A} \tilde{C}_{2z}, \quad \tilde{M}_y \mathcal{A} = -\mathcal{A} \tilde{M}_y
\]

The Bloch states at \( S \) point can be chosen as the eigenstates of \( \tilde{C}_{2z} \), denoted as \( |c_{2z}\rangle \) with \( c_{2z} = \pm 1 \) the eigenvalue of \( \tilde{C}_{2z} \). Since \( \tilde{C}_{2z} \) anticommutes with \( \tilde{M}_y \), the two states \( |1\rangle \) and \( |-1\rangle \) would be degenerate, as \( |\pm 1\rangle = \tilde{M}_y |\pm 1\rangle \). Also as \( \tilde{C}_{2z} \) commutes with \( \mathcal{A} \) and \( \mathcal{A}^2 = -1 \), the state \( |\pm 1\rangle \) and its Kramers-like partner \( \mathcal{A}|\pm 1\rangle \) are linearly independent. Hence, the four states \( \{ |1\rangle, |-1\rangle, \mathcal{A}|1\rangle, \mathcal{A}|-1\rangle \} \) must be degenerate at the same energy, forming a DDNL along RS path. Based on the quartet basis, the matrix representations of the generators can be expressed as

\[
\tilde{C}_{2z} = \sigma_0 \otimes \sigma_z, \quad \tilde{M}_y = \sigma_z \otimes \sigma_x, \quad \mathcal{A} = i\sigma_y \otimes \sigma_0 \mathcal{K},
\]

with \( \mathcal{K} \) the complex conjugation. With the standard approach [19, 60], the effective \( k \cdot p \) Hamiltonian for a generic point on DDNL can be obtained as

\[
\mathcal{H}_{\text{DDNL}} = (c_1 + c_2 k_z) + \begin{pmatrix} h_D & h' \hbar \alpha \sigma_y \sigma_0 \mathcal{K} \end{pmatrix},
\]

with \( h_D = c_3 k_x \sigma_x + c_4 k_y \sigma_y \) and \( h' = \alpha k_x \sigma_x + \beta k_y \sigma_y \). Here, \( c_1, c_2, c_3, c_4 \) is real parameter, and \( \alpha \) and \( \beta \) are complex parameters. Clearly, the obtained Hamiltonian (5) is consistent with Eq. (1) in Introduction, which directly demonstrates the existence of DDNL in LiBH. Due to nonvanishing off-diagonal term \( h' \), the two Dirac cones described by \( h_D \) would split at a generic momentum point, while are stucked together along \( k_{x(y)} = 0 \) axis [see Fig. 3(c)], resulting from the nodal surfaces on boundaries.

**Torus surface state.** We then explore the surface state of LiBH. It is has been extensively shown that NL semimetals feature drumhead-like surface state at sample boundary, due to \( \pi \) Berry phase of the line. This is the case for the hourglass NL in LiBH, which has \( \pi \) Berry phase and leads a drumhead-like surface state at \( (001) \) surface, as shown in Fig. 4(c,f). However, both \( (100) \) and \( (010) \) surfaces, which are parallel to DDNL, do not exhibit drumhead-like surface state. More surprisingly, the \( (100) \) surface has a torus surface state covering the whole \( (100) \) surface BZ, as shown in Fig. 4(a,d), and in sharp contrast, the \( (010) \) surface does not have any surface state [Fig. 4(b,e)].

The surface state in NL semimetal generally is protected by quantized \( \pi \) Zak phase, which is the Berry phase of a straight line normal to the surface and crossing the bulk BZ [61]. Here, due to the presence of \( \mathcal{P} \) symmetry in LiBH, the Zak phase is quantized to be 0 or \( \pi \), corresponding two topologically distinct phases.

We first study the surface state on \( (100) \) surface. Starting from the Zak phase \( \mathcal{Z}(k_y = 0, k_z) \) (with \( k_z \neq 0 \)) of
DDNL also has a zero-mode LL for each $k_z$-fixed plane [56], as shown in Fig. 5(a,b). Moreover, these zero-mode LLs are doubly degenerate. While the $B$ field breaks both $T$ and $C_2$ symmetries, it preserves $A = C_{2y}$ symmetry, and then all the LL bands (including zero-mode LLs) of DDNL are doubly degenerate resulting from the Kramers-like degeneracy produced by $A^2 = -1$. Since the degeneracy of the two zero-mode LLs is protected by $A$ symmetry, it would be robust against $B$ field and always exist regardless of the filed strength. Given the fact that the zero-mode LL in graphene gives rise to many novel phenomena [64], one can expect the DDNL may exhibit interesting magnetoresponses distinct from the usual Dirac NLs and also 2D Dirac semimetal.

Particularly, the low-energy spectrum of LiBH is so clean that the LL properties proposed here shall be observed in it. We further demonstrate it by calculating the LL spectrum of a lattice model based on LiBH material. The calculated results are given in Fig. 5(c), where a doubly degenerate LL with almost flat dispersion occurring at the Fermi level, corresponding to the doubly degenerate zero-mode LL. This strongly suggests that the unusual LL spectrum of DDNL can be detected in LiBH by magnetotransport measurements.

**Conclusion.** In summary, we propose a new class of semimetallic phase: DDNL in LiBH material. The DDNL can be considered as a combination of two Dirac NLs and exhibits many distinct phenomena, such as torus surface state and unusual LL spectrum. In particular, we predict LiBH material is an ideal DDNL semimetal and demonstrate that the novel phenomena of DDNL predicted here can be clearly observed in LiBH material. Moreover, as the torus surface in LiBH is rather flat in energy [see Fig. 4(a)], it will be interesting to explore possible unconventional superconductivity, correlation effect and magnetism in LiBH (100) surface.

The authors thank J. Xun for helpful discussions. This work is supported by the National Key R&D Program of China (Grant Nos. 2020YFA0308800, 2016YFA0300600), the NSF of China (Grants Nos. 12061131002, 11734003), the Strategic Priority Research


[56] See Supplemental Material for the computational methods, the tight-binding model, and the Landau levels.


